Low-temperature Magnetic Properties of 100- 110- and 111-crystal Oriented BiFeO\(_3\) Epitaxial Thin Film

Tahta Amrillah\(^1,2\)*, Jen-Yih Juang\(^2\)

\(^1\)Department of Nanotechnology, Faculty of Advanced Technology and Multidiscipline, Universitas Airlangga, Surabaya 60115, Indonesia
\(^2\)Department of Electrophysics, National Chiao Tung University, Hsinchu 30010, Taiwan

**Abstract**

BiFeO\(_3\) (BFO) is extensively studied multiferroic material that possible to be integrated in next generation spintronics device. In this present research, BFO has been epitaxially grown on SrTiO\(_3\) (STO) substrates having various crystal orientations; (100), (110), and (111). We found that the lattice matching hold a pivotal factor in the epitaxial stabilization of BFO thin film. We also found that the magnetic properties of BFO thin film having various crystal orientations at below room temperature are different due to several reason, such as strain effect and crystal orientations.

**1. Introduction**

BiFeO\(_3\) (BFO) is well recognized as an excellent room-temperature multiferroic material. BFO is predicted could be utilized as a multiferroic layer integrated into the so-called magnetoelectric random access memory (MERAM) device to control the magnetic spin via applied voltage [1]. Nevertheless, BFO has weak magnetic strength, with G-type antiferromagnetically spin alignment at room temperature [2]. In the low temperature, the magnetic structure of BFO becomes more complicated exhibiting a spin-glass behavior [3]. Various developments have been devoted to studying and modifying the magnetic properties of BFO [4]. For instance, epitaxial growth of BFO on various substrates, which in turn, not only modify the crystal structures but also strongly influence the magnetic properties of BFO [4–6].

In this present research, BFO is epitaxially grown on various orientations of single crystal SrTiO\(_3\) (STO) substrates to understand the hidden magnetic properties, especially for their low-temperature ferromagnetism which rarely been studied previously. We found that the spin-glass behavior of BFO varies due to several reason, such as strain effect and crystal orientations, etc. The correlation between the crystal orientations, and its implication on the low temperature magnetic properties is discussed by comparing the phase, microstructures, and the magnetic properties of the BFO grown on on the STO (001), –(110), and –(111) substrates.

**2. Experimental Methods**

The BFO thin films were synthesized via epitaxial growth on the STO (001), –(110), and –(111) substrates by the pulsed laser deposition (PLD) technique as schematically shown in Figure 1.
A single target of BFO was used to grow the films. During the PLD process, a KrF laser (248 nm) with a laser energy density of 0.5 J/cm² and a repetition rate of about 10 Hz was used to ablate the target, whereas the STO substrates were maintained at 600 °C in an oxygen pressure of 100 mTorr. X-ray diffraction (XRD) and atomic force microscopy (AFM) were utilized to understand the details of the phase, structure, and topographic/roughness of the films. Temperature-dependent magnetization is measured with a Quantum Design superconducting quantum-interference device (SQUID) magnetometer, with applied magnetic field about 500 Oe along in-plane direction of the film.

3. Results and Discussion

Figure 2 show XRD results of BFO grown on the STO (100), (110), and (111) substrates (black, red, and blue line, respectively). Hereafter, these films are labeled as BFO/STO (100), BFO/STO (110), and BFO/STO (111) samples. BFO and STO substrates interface conditions essentially hold a pivotal role for phase stabilization of the thin film [2, 5, 7]. During the epitaxial growth, the crystalline arrangement and phase formation of BFO thin film are significantly affected by lattice matching [2, 7], because the BFO is isostructural with STO having a small lattice mismatch of around 1.3% with respect to their bulk value. Nevertheless, several factors also need to be considered such as the surface energy and structure continuity rendering a favorable crystalline growth direction, as well as the chemical bonding, drive the in-plane rotation to impose the phase formation of the BFO phase. Thus, since BFO and STO are having a similar crystal structure, therefore, the BFO thin film is crystallized following the crystal orientation of STO substrates.

![Figure 2. XRD results of BFO/STO (100), BFO/STO (110), and BFO/STO (111) samples (black, red, and blue lines, respectively)](image)

Figure 3 shows AFM results of the BFO/STO (100), BFO/STO (110), and BFO/STO (111) samples. The surface morphology of the BFO thin film appears to vary with the orientation of the STO substrates. In addition to lattice matching, it is important to note that the epitaxial stabilization is also strongly associated with the surface energy and structural continuity resulted from BFO and the STO substrates. The BFO will adjust their crystal structure to satisfied a small differences in surface energy with the STO substrates. However, when strain energy from lattice mismatch of film and substrate arises, it can lead to a transition of the layer-by-layer growth to island-like growth [2], hence, the surface roughness increases. Though the lattice matching of BFO and STO substrate is small, however, the lattice mismatch among the BFO with those different crystal oriented STO substrates are different [8]. Therefore, different amounts of misfit strain to BFO from STO(001), - (110), and - (111) substrates induce different surface morphologies of BFO thin films, as shown in AFM results. In addition, the polar surface also affects the surface morphology of the thin film [9, 10]. Here, STO(100) has non-polar surface, while - (110), and - (111) have polar surface. It has been reported a distinct island nucleation kinetics in different surface polarities, wherein, the early stage island nucleation contributes to the final surface morphology of the film [10].

![Figure 3. AFM results of BFO/STO (100), BFO/STO (110), and BFO/STO (111) samples](image)
Figure 4 shows temperature-dependent magnetization (M-T) of the BFO/STO (100), BFO/STO (110), and BFO/STO (111) samples. Similar to that observed in the BFO single crystal, the M-T results of all samples are showing magnetic phase transitions. For BFO single crystal, at least there are four magnetic and dielectric anomalies were obtained at 50 K, 140 K, 200 K, and 250 K [11]. It has been further identified that the anomalies at 50 K is related to the spin glass behaviour and with magnetoelectric coupling, whereas the transition at 140 K, 200 K, and 250 K were dominantly magnetic, magnetoelectric with small coupling to polarization, and spin glass behaviour, respectively. As for BFO thin film samples in this present research, the FC and ZFC curves start to split around 160 K for all samples due to the presence of spin glass behaviour [11]. It was also observed transition at ~42 K for BFO/STO (111) and - (110), while ~46 K for BFO/STO (100). The difference in this magnetic transition may be related to strain effects, wherein, the BFO on STO (100) has more compressive strain compare to BFO on STO (111) and - (110) substrates.

The authors gratefully acknowledge the financial support of internal funding from Universitas Airlangga and the Ministry of Science and Technology of Taiwan.

Acknowledgements

The authors gratefully acknowledge the financial support of internal funding from Universitas Airlangga and the Ministry of Science and Technology of Taiwan.

References


